This article was downloaded by:
On: 16 January 2011
Access details: Access Details: Free Access
Publisher Taylor \& Francis
Informa Ltd Registered in England and Wales Registered Number: 1072954 Registered office: Mortimer House, 3741 Mortimer Street, London W1T 3JH, UK


## Liquid Crystals Today

Publication details, including instructions for authors and subscription information:
http://www.informaworld.com/smpp/title content=t713681230

## Recent Advances in Understanding Smectics $\mathrm{O}, \mathrm{O}^{*}$ and $\mathrm{C}_{\mathrm{A}}, \mathrm{C}_{\mathrm{A}}{ }^{*}$ -

 developments reported at the 14th ILCS, PisaPat E. Cladis ${ }^{a}$
${ }^{\text {a }}$ AT\&T Bell Laboratories, New Jersey, USA

To cite this Article Cladis, Pat E.(1992) 'Recent Advances in Understanding Smectics O, ${ }^{*}$ and $\mathrm{C}_{\mathrm{A}}, \mathrm{C}_{\mathrm{A}}{ }^{*}$ - developments reported at the 14th ILCS, Pisa', Liquid Crystals Today, 2: 3, 7
To link to this Article: DOI: 10.1080/13583149208628607
URL: http://dx.doi.org/10.1080/13583149208628607

## PLEASE SCROLL DOWN FOR ARTICLE

Full terms and conditions of use: http://www.informaworld.com/terms-and-conditions-of-access.pdf
This article may be used for research, teaching and private study purposes. Any substantial or systematic reproduction, re-distribution, re-selling, loan or sub-licensing, systematic supply or distribution in any form to anyone is expressly forbidden.

The publisher does not give any warranty express or implied or make any representation that the contents will be complete or accurate or up to date. The accuracy of any instructions, formulae and drug doses should be independently verified with primary sources. The publisher shall not be liable for any loss, actions, claims, proceedings, demand or costs or damages whatsoever or howsoever caused arising directly or indirectly in connection with or arising out of the use of this material.

# Recent Advances in Understanding Smectics $\mathrm{O}, \mathrm{O}^{*}$ and $\mathrm{C}_{\mathrm{A}^{\prime}} \mathrm{C}_{\mathrm{A}}{ }^{*}$ — developments reported at the 14th ILCS, Pisa, 

highlighted by Pat E Cladis, ATET Bell Laboratories, New Jersey, USA.

About 100 contributions on ferroelectricity at the 14th ILCC in Pisa, Italy provided an overview of the evolution in our thinking over the past 10 years of chiral smectic phases. This was well illustrated by research on smectics $O\left(O^{*}\right)$ and $C_{A}\left(C_{A}{ }^{*}\right)$.
In 1983, Levelut et al ${ }^{[1]}$ reported the existence of a new smectic liquid crystal phase in m 7 tac. They called this phase 0 (or $\mathrm{O}^{*}$ in the chiral species), and they proposed a structure for smectic $\mathrm{O}^{*}(\mathrm{O})$ that was similar to smectic C*.
In 1988, Chandani et al ${ }^{[2]}$ first observed a double hysteresis loop characteristic of antiferroelectric phases in MHPOBC and later in several different compounds. They called their new phase smectic $\mathrm{C}_{\mathrm{A}}{ }^{*}$. This was an important observation for the flat panel display technology because it introduced a novel way to expand the greyscale offerroelectric displays. Indeed, at Japan Display '92, researchers from Nippon Denso and Showa Shell Co. will discuss their 6 inch multi-colour, videorate, antiferroelectric liquid crystal display ${ }^{[3]}$.
Chandani et al proposed a layered chevronstructure for the director in smectic $C_{A}{ }^{*}$ where a chevron was composed of twomolecules in aplane with one molecule tilted one way relative to the layer normal and the second one inclined at an equal but opposite angle to the layer normal. A similar structure had been first proposed
to account for the $x$-ray observations in a smectic phase of the main chain polymer BB-5 ${ }^{[4]}$. Watanabe and Hayashi added chiral dopants to BB-5 to form a double helix structure in the main chain polymer with a phase difference of $\pi$ between the two helices and noted that the polarization vectors in successive layers would cancel. They also pointed out that the possibility for such a structure ${ }^{(5)}$ had been raised as far back as 1977, with some experimental evidence ${ }^{[6]}$ that polarization states in "bi-layer"smectic structures could be qualitatively different from classical smectics. The existence of a chevron structure was first observed ( $\sim 1987$ ) in the main chain liquid crystal polymer, BB$5^{[4]}$. Recently, we have discussed the possibility of ferrielectricity or antiferroelectricity implicit in the chevron structure of their non-chiral main chain polymer ${ }^{\text {II }}$.
Based on optical studies of a thin layer of smectic $O\left(\mathrm{O}^{*}\right)$ sandwiched between bulk isotropic liquid and air, Galerne and Liebert ${ }^{[8]}$ proposed a chevron structure for smectic O* (and O). At the 1992 German Liquid Crystal Meeting, Heppke et al ${ }^{[9]}$ reported that the smectic $\mathrm{O}^{*}$ phase of m7tac and the "antiferroelectric" smectic phase discovered by Chandani et al ${ }^{[2]}$ were miscible.
At Pisa, observations of a field induced phase transition in chiral m7tac were

## References:

1. AMLevelut, C Germain, P Keller, LLiebert \& JBillard, J. de Physique, 44, 623(1983).
2. A D L Chandani, T Hagiwara, Y Suzuki, Y Ouchi, H Takezoe \& A Fukuda, Jpn. J. Appl. Phys., 27, L729 (1988); A D L Chandani, E Gorecka, Y Ouchi, H Takezoe \& A Fukuda, Jpn. J. Appl. Phys., 28, 1265 (1989).
3. Y Yamada, M Yamamoto, M Yamawaki, I Kawamura \& Y Suzuki, SID 12th International Display Research Conference, Oct 12-14, 1992, Hiroshima, Japan.
4. J Watanabe \& M Hayashi, Macromolecules, 21, 278 (1988); ibid 22, 4083, (1989).
5. A Michelson, D Cabib \& L Benguigui, J. Phys., 38, 961 (1977).
6. See for example: L Benguigui \& F Hardouin, J. Physique Lett., 45, L-179 (1984).
7. H R Brand, P E Cladis \& H Pleiner, submitted to Macromolecules.
8. Y Galerne \& L Liebert, Phys. Rev. Lett., 64, 906 (1990); 66, 2891 (1991).
9. G Heppke, P Kleinberg, D Lotzsch, S Mery \& R Shashidhar, Poster presented at the German Liquid Crystal Meeting, April 1992.
10. J Z Pank, N A Clark, L Komitov, S T Lagerwall \& B Stebler, Abstract C-SC3, XIV International Liquid Crystal Meeting, Pisa, Italy, June 21-26, 1992.
11. P E Cladis \& H R Brand, Abstract C-SC6, XIV International Liquid Crystal Meeting, Pisa, Italy, 1992, and submitted for publication.
12. I Nishiyama, A J Slaney \& J W Goodby, Abstract C-P79, XIV International Liquid Crystal Meeting, Pisa, Italy, 1992
reported by Komitov et a/ ${ }^{(10]}$ and by us ${ }^{[11]}$. From the photographs shown of the field induced state, it seemed that both contributions were addressing the same phenomenon. Our results ${ }^{[11]}$ were in the high field ( -10 volts $/ \mu \mathrm{m}$ ) and high frequency ( 1 kHz ) regime in bulk samples. We observed striking colour changes in both chiral and racemate m 7 tac with increasing field and a $45^{\circ}$ rotation of the optic axis at the transition to the high field state. After the field was turned on, there is an initial fast response (faster than 0.1 s , the time resolution of our VCR) associated with a colour change but no rotation of the optic axis. The field induced transition, involving a $45^{\circ}$ rotation of the optic axis, took place by front propagation after a time delay and was slow (10's of seconds).

General symmetry arguments ${ }^{[7,11]}$ imply interesting electrical properties such as antiferro-, ferri-, and ferro-electricity for chevron structures even for non-chiral systems. In view of these results, the report by Nishiyama et al ${ }^{[12]}$ that a nonchiral "swallow tail" compound mixed with the "chiral anti-ferroelectric" phase of Chandani etals compound is indeed very interesting. A clear next step for the nonchiral "swallow tail" compounds is to investigate their hysteresis loop and the orientation of $\mathbf{P}$ relative to the plane of the dimers.

## Institute of Organic Chemistry <br> Academy of Science of the Ukraine FLUORINE-CONTAINING MESOGENS

Research is being carried out on the synthesis of new fluorinated liquid crystals and intermediates containing fluoroalkyl, fluoroalkoxy, fluoroalkylthio and fluoroalkylsulfonyl groups as well as other reactive functional groups of various types. The Institute wishes to establish cooperation with any interested organisations. For more detailed information please contact:

Dr Svetlana V Shelyazhenko, Murmanskaya St., 5,
253660, KIEV-94, UKRAINE
Fax: 7-044-5528308

